Temperature dependence of spin-orbit torques across the magnetic compensation point in a ferrimagnetic TbCo alloy film

The MIT Faculty has made this article openly available. Please share how this access benefits you. Your story matters.

<table>
<thead>
<tr>
<th></th>
<th></th>
</tr>
</thead>
<tbody>
<tr>
<td>As Published</td>
<td><a href="http://dx.doi.org/10.1103/PhysRevB.96.064410">http://dx.doi.org/10.1103/PhysRevB.96.064410</a></td>
</tr>
<tr>
<td>Publisher</td>
<td>American Physical Society</td>
</tr>
<tr>
<td>Version</td>
<td>Final published version</td>
</tr>
<tr>
<td>Accessed</td>
<td>Thu Dec 13 10:09:24 EST 2018</td>
</tr>
<tr>
<td>Citable Link</td>
<td><a href="http://hdl.handle.net/1721.1/110946">http://hdl.handle.net/1721.1/110946</a></td>
</tr>
<tr>
<td>Terms of Use</td>
<td>Article is made available in accordance with the publisher's policy and may be subject to US copyright law. Please refer to the publisher's site for terms of use.</td>
</tr>
<tr>
<td>Detailed Terms</td>
<td></td>
</tr>
</tbody>
</table>
Temperature dependence of spin-orbit torques across the magnetic compensation point in a ferrimagnetic TbCo alloy film

Kohei Ueda,* Maxwell Mann, Paul W. P. de Brouwer, David Bono, and Geoffrey S. D. Beach†

Department of Materials Science and Engineering, Massachusetts Institute of Technology, Cambridge, Massachusetts 02139, USA

(Received 7 March 2017; revised manuscript received 25 June 2017; published 7 August 2017)

The temperature dependence of spin-orbit torques (SOTs) and spin-dependent transport parameters is measured in bilayer Ta/TbCo ferrimagnetic alloy films with bulk perpendicular magnetic anisotropy. We find that the dampinglike (DL)-SOT effective field diverges as temperature is swept through the magnetic compensation temperature \(T_M\), where the net magnetization vanishes due to the opposing contributions from the Tb and Co sublattices. We show that DL-SOT scales with the inverse of the saturation magnetization \(M_s\), whereas the spin-torque efficiency is independent of the temperature-dependent \(M_s\). Our findings provide insight into spin transport mechanisms in ferrimagnets and highlight low-\(M_s\) rare-earth/transition-metal alloys as promising candidates for SOT device applications.

DOI: 10.1103/PhysRevB.96.064410

In the last five years, ferromagnetic films in contact with heavy metals with strong spin-orbit coupling have attracted interest for their potential utility in nonvolatile random access memory elements. In these systems, current-induced spin-orbit torques (SOTs) [1,2] on the magnetization can be induced by the Rashba-Edelstein effect at the interface [3,4] and by spin currents injected from the heavy metal due to the spin Hall effect [2,5–26]. SOTs with both a fieldlike and dampinglike character can manifest in such systems, with the latter capable of driving magnetization switching [1–5,7,9,11–13,15,21,22,24] and magnetic domain wall motion [26–31]. SOTs have been identified and quantified by a variety of techniques including spin-torque ferromagnetic resonance [2,7,14,17,19,25], quasistatic magnetization tilting probed through harmonic voltage measurements [6,8–13,17,19–26,28,31], and current-induced hysteresis loop shift measurements [18,32,33]. Most studies of SOTs have focused on ultrathin metallic ferromagnet/heavy-metal bilayers with interfacial perpendicular magnetic anisotropy (PMA) [1–3,5,9,11–13,15–26].

Unlike ferromagnetic systems with interfacial PMA, ferrimagnetic films based on rare-earth (RE)–transition-metal (TM) alloys possess strong bulk PMA [31–44] as well as a low net magnetization. Moreover, the net magnetization can be tuned by the composition and temperature [32–34,38], making these materials of great interest for examining phenomena such as ultrafast optical switching [35–38], current-induced switching [39], and domain wall motion [31,40–42], which rely on maximizing the torque exerted on the net magnetization. Since these materials consist of two magnetic sublattices whose magnetic moments possess different orbital character, their dynamics and interactions with spin currents are especially rich. Recently, SOTs in ferrimagnet/heavy-metal bilayer films have been investigated, and the transport mechanisms were discussed [31–33,43,44]. Finley and Liu reported a maximum in the dampinglike SOT efficiency at the smallest net magnetization in Ta/TbCo \(_{1−x}\) bilayer films grown with a series of different compositions [32] measured at room temperature. However, a systematic temperature-dependent study of spin-transport and SOTs near the magnetization compensation temperature is lacking. For example, it is known that the anomalous Hall effect (AHE) in RE-TM alloys tracks the TM sublattice magnetization [32,33,44,45], implying predominant spin-dependent interactions with the 3d orbitals as opposed to the magnetic 4f orbitals on the RE atoms. If the dampinglike SOT likewise interacts predominantly with one sublattice, then the current-induced effective field should vary smoothly through the compensation temperature, whereas if it is exerted on the net magnetization, then the effective field should diverge. A temperature-dependent study can hence provide insight into the mechanisms of spin absorption in multisublattice systems in a single sample, in which structure, composition, and interface characteristics are fixed, and only the relative sublattice moments are tuned.

In this paper, to further understand the relation between magnetic properties and spin-transport mechanisms, we investigate the temperature dependence of SOTs, spin-dependent transport, and magnetic properties in a bilayer Ta/TbCo film as temperature is swept through the magnetization compensation temperature \(T_M\). We show that the effective field from the dampinglike SOT diverges near \(T_M\), whereas the spin-torque efficiency is relatively constant with temperature. However, the coercive field also diverges near \(T_M\), so that the switching efficiency is not expected to be enhanced. We also find that the magnitude of the AHE is relatively constant with temperature but its sign inverts at \(T_M\), while the planar Hall effect (PHE) increases with decreasing temperature.

We fabricated the layer structure substrate/Ta(8)/\(\text{Tb}_{19}\text{Co}_{81}(6.5)/\text{TaO}_x(3)\) by dc magnetron sputtering, where the numbers in parentheses indicate the layer thicknesses in nm. The alloy \(\text{Tb}_{19}\text{Co}_{81}\) was grown by cosputtering, and the composition was estimated from the relative deposition rates of Tb and Co. TbCo films at this composition are known to exhibit an amorphous structure [32,34,38]. According to previous studies [32–34,38], the magnetization of this film is expected to be Co-dominated at room temperature. The film was grown on a Ta underlayer that acts as a buffer layer and a SOT source due to the spin Hall effect [2,6,8,18,32,33].
capped with a naturally oxidized TaOx layer to protect the TbCo film. For transport measurements, a device with a Hall cross structure, with channel dimension 10 μm long by 5 μm wide, was patterned by photolithography and postdeposition lift-off. Ta(3)/Au(54) contact pads were then patterned at the ends of the device for electrical measurements. Figure 1(a) shows schematically the device structure and the measurement configuration. Current was applied along the x axis and the AHE voltage $V_{\text{AHE}}$ was measured along the y direction. θ and ϕ represent the polar and azimuthal angles, respectively, of the applied magnetic field $\mu_0H$. Temperature-dependent measurements were conducted in a gas-flow cryostat.

We first examined the temperature dependence of the magnetic properties. A series of out-of-plane hysteresis loops at several temperatures is shown in Fig. 1(b), measured via the AHE voltage using a standard lock-in technique. The loops all exhibit an out-of-plane easy axis consistent with PMA. With decreasing temperature, the coercivity $\mu_0H_c$ is found to increase and then decrease [Fig. 1(c)], at which point the sign of the AHE voltage $V_{\text{AHE}}$ reverses. This behavior is explained schematically in Fig. 1(b). Close to $T_M$, the total net magnetization approaches zero since the magnetizations of two sublattices are equal in magnitude. At this temperature, the coercivity diverges since the torque from the applied field scales inversely with the saturation magnetization $M_s$. The reversal of the sign of $V_{\text{AHE}}$ is in good agreement with previous studies reporting that the AHE originates predominantly from spin-dependent interactions with the TM sublattice [32,33,44,45].

From these data we estimate $T_M \sim 200$ K, below (above) which the Tb (Co) sublattice dominates $M_s$.

Figure 2(a) shows $M_s$ versus temperature, measured with a vibrating sample magnetometer (VSM) on a companion film grown simultaneously with the patterned device. The coercivity measured by VSM corresponds closely with that measured by the AHE on the patterned device, as seen in Fig. 2(b). Finally, the perpendicular anisotropy field $\mu_0H_{\text{an}}$ [Fig. 2(c)] was obtained by fitting the curvature of the AHE voltage signal versus in-plane field to the Stoner-Wolfarth model to describe uniform tilting of the magnetization away from the easy axis. As can be seen, the minimum in $M_s$ and the maximum in $\mu_0H_c$ and $\mu_0H_{\text{an}}$ all coincide.

We next examine SOTs and their variation with temperature through $T_M$. In order to quantify the SOT effective fields, we performed conventional harmonic voltage measurements using a lock-in amplifier [6,8,12]. An applied ac current...
correspond to the cases with the \( z \) component of the magnetization along \( +z \) and \( -z \) respectively. Finally, \( \xi \) is the ratio of PHE and AHE coefficients \( \xi = \frac{R_{\text{rev}}}{R_{\text{prep}}} \); the former was obtained by measuring the Hall voltage with the field oriented at \( \varphi = 45^\circ \) as described in Refs. [8,12,13,24]. Additionally, the anomalous Nernst effect (ANE) may give an additional contribution to \( V_{\text{AHE}} \) due to current-induced inhomogeneous heating [8]. We found that our sample exhibited negligible ANE contribution by measuring \( V_{\text{AHE}} \) at \( \varphi = 0 \) [8,12].

Figure 4 summarizes the temperature dependence of the spin-transport parameters and SOT effective fields. We find that the sign of \( R_{\text{AHE}} \) reverses across \( T_M \), whereas its magnitude varies only weakly with temperature [Fig. 4(a)], which suggests that it follows the Co sublattice magnetization, which does not change much with temperature within this range. Similarly, \( R_{\text{PHE}} \) reverses sign across \( T_M \) but its magnitude does not vary considerably in this temperature range, which is reasonable since the AHE and PHE are geometrically related [45,46].

The temperature dependence of the dampinglike and fieldlike effective fields per unit current density, defined as \( \chi_{\text{DL/FL}} = \mu_0 H_{\text{DL/FL}}/J \), are shown in Figs. 4(c) and 4(d), respectively. In computing \( \chi_{\text{DL/FL}} \), we estimated the current flowing in the bottom Ta layer assuming a parallel resistor model, based on the experimentally obtained resistivity of TbCo (290 \( \mu \Omega \text{cm} \)) and Ta (370 \( \mu \Omega \text{cm} \)) thin films. The fraction of current flowing through the Ta layer is estimated to be 51\% for 6.5-nm-thick TbCo and 49\% for 8-nm-thick Ta, respectively. Measurements of the device resistance and separate measurements of the sheet resistance of a thin Ta film both show a resistance change of only <2\% of the measurement range, so in our calculations we assumed that the current distribution between the two layers is constant with temperature. In Fig. 4 it is seen that \( \chi_{\text{DL}} \) varies strongly with temperature and diverges near \( T_M \) where the net magnetization vanishes, consistent with previous work reported by Finley and Liu [32]. By contrast, \( \chi_{\text{FL}} \) is relatively independent of temperature (and hence \( M_r \)), and is about an order of magnitude smaller than \( \chi_{\text{DL}} \).

Finally, the dampinglike spin-torque efficiency \( \xi_{\text{DL}} \) was calculated according to \( H_{\text{DL}}/J = \xi_{\text{DL}}/(2eM_r f_{\text{TbCo}}) \) [17], where \( e \) is the electron charge, \( \hbar \) is the reduced Planck constant, and \( f_{\text{TbCo}} \) is the thickness of TbCo. Assuming
FIG. 4. Temperature dependence of (a) anomalous Hall coefficient $R_{\text{AHE}}$, (b) planar Hall coefficient $R_{\text{PHE}}$, (c) dampinglike effective field per unit current density $\chi_{\text{DL}}$ and spin-torque efficiency $\xi_{\text{DL}}$, and (d) effective field per unit current density $\chi_{\text{FL}}$ from fieldlike torque. Gray vertical line indicates magnetic compensation temperature $T_M$.

The dampinglike SOT derives predominantly from the spin Hall effect (i.e., neglecting contributions from an interfacial Rashba-like interaction) in the Ta layer, $\xi_{\text{DL}}$ is related to the internal spin Hall angle $\theta_{\text{SH}}$ of Ta and the interfacial spin transparency $T_{\text{int}}$ through $\xi_{\text{DL}} = \theta_{\text{SH}} T_{\text{int}}$. The coefficient of spin transparency in a normal metal/magnetic metal bilayer can be written $T_{\text{int}} = \frac{2 G_{\text{eff}}^{\uparrow \downarrow}}{G_{\text{NM}}}$, where $G_{\text{eff}}^{\uparrow \downarrow}$ is the interfacial spin-mixing conductance and $G_{\text{NM}}$ is the spin conductance of the normal metal [17]. We find $\xi_{\text{DL}} < 0$ at all temperatures, consistent with the negative spin Hall angle of Ta [2], and that $|\xi_{\text{DL}}| \approx 0.1$, independent of temperature. Since the spin Hall angle of Ta has been reported to vary by less than 10% within this temperature range [15], this result suggests that the spin-mixing conductance is independent of temperature despite the strong variation of $M_s$ with temperature.

The above discussion indicates that spin transport and SOTs show critical behaviors near the magnetization compensation temperature $T_M$. There is also an angular momentum compensation temperature $T_A$, where the angular momentum is zero although the net magnetization is nonzero, due to the different $g$ factors of RE and TM atoms. One might expect that since the Slonczewski-like torque is framed in terms of transfer of angular momentum, its divergence should occur near $T_A$ rather than $T_M$. Hence, our results for the SOT effective field are particularly surprising and unexpected. Previously, Stanciu et al. [35] and Binder et al. [36] have demonstrated ultrafast switching as well as a divergence of the damping constant near $T_A$ (not $T_M$) using optical pump probe and vector network analyzer–ferromagnetic resonance techniques. While at $T_M$ one has $M_{TM} = M_{RE}$, at $T_A$ one has $M_{TM} = \frac{M_{RE}}{\gamma_{TM} \gamma_{RE}}$ with $\gamma_{TM(\text{RE})} = -\frac{g \mu_B}{\hbar}$, where $\gamma_{TM(\text{RE})}$ is the gyromagnetic ratio, $\mu_B$ is the Bohr magneton, and $g$ is the Landé $g$ factor that accounts for the relative contribution of orbital and spin angular momentum to the total angular momentum. Based on the expression above, our TbCo composition is expected to have $T_M < T_A$ considering the $g$ factors of Co ($\sim 2.2$) and Tb ($\sim 1.5$) [47,48] and the weak temperature dependence of the Co sublattice magnetization in the measurement range. The difference between $T_M$ and $T_A$ is $\sim 50$ K for GdFeCo [35] and $\sim 80$ K for GdCo [36], and our TbCo is expected to show a greater temperature difference, with $T_A > 300$ K. Jiang et al. reported current-induced switching (CIS) of a spin-valve system using a CoGd free layer and found that magnetoresistance and CIS showed different temperature dependence [39], with the former showing an anomaly near $T_M$ and the latter near $T_A$. Our results do not indicate any obvious anomalies in either spin transport or SOTs other than near $T_M$. Finley and Liu also concluded that $\chi_{\text{DL}} \propto \frac{1}{T}$ based on a composition-dependence study in TbCo [32], and suggested that past studies on ultrafast switching and CIS using conventional spin-transfer torque may involve different physical mechanisms than the case of SOTs. The reasons why the current-induced effective fields track...
the net magnetization rather than the net angular momentum remains to be understood. Finally, we note that while this paper was under review, a study of temperature-dependent spin-orbit torques in Pt/GdCoFe was reported [49], which found an enhanced dampinglike torque near $T_M$, consistent with our results.

In conclusion, we have examined the temperature dependence of magnetic properties and spin transport in bilayer Ta/Tb$_{19}$Co$_{81}$ films with bulk PMA. Magnetic properties vary as a function of temperature, indicating that they are dominated by the net magnetization. Despite the clear sign change of $R_{\text{AHE}}$ as $T$ crosses $T_M$, the magnitude of $R_{\text{AHE}}$ remains almost constant, suggesting that it is related to spin-dependent interactions with the TM sublattice. By performing conventional harmonic voltage measurement, the temperature dependences of the SOT effective fields and the spin-torque efficiency were quantified. It was found that $\chi_{FL}$ is much larger than $\chi_{FL}$, and $\chi_{DL}$ varies inversely with net magnetization, whereas $\chi_{FL}$ is relatively constant. By contrast, the spin-torque efficiency, which accounts for the varying $M_s$, shows no significant temperature dependence, and since the spin Hall angle of Ta is expected to likewise vary weakly with temperature in our experimental range, the results suggest that the spin-mixing conductance does not depend on the net magnetization of the ferrimagnet. Finally, we point out that although $\chi_{DL}$ tends to diverge near $T_M$, both $\mu_0 H_D$ and $\mu_0 H_{\text{int}}$ also diverge, which might mitigate advantages for SOT switching. Nonetheless, highly efficient SOTs in bulk-PMA magnetic thin films with highly tunable properties make these materials attractive for potential device applications.

We thank Dr. C. O. Avci and Professor Chi-Feng Pai for fruitful discussion. This work was supported by the National Science Foundation under NSF-ECCS-1408172 and by the Samsung SGM program.